ABSTRACT

PET fibres can be added to ordinary concrete to reduce plastic shrinkage cracks as well as reduce the crack widths of drying shrinkage cracks. Their effectiveness is dependent on the fibres characteristics, dosage as well as the concrete matrix. PET fibres can also be used in the fibre cement industry. The difference between concrete and fibre cement is that classical fibre cement is produced on a Hatschek machine and uses larger volumes of reinforcing fibres and the products are generally thin sheets typically between 4 and 8 mm thick. Concrete incorporates relatively small amounts of fibre, i.e. from 0.5 – 1 %. Initial tests run on a pilot Hatschek machine have indicated that PET fibres have the potential to be used successfully in fibre cement products. Durability aspects have been addressed. The main emphasis on this paper will be to present preliminary studies on the use of PET fibres in the fibre cement industry.

KEYWORDS:聚酯纤维；混凝土；复合材料；耐久性；加速老化。

INTRODUCTION

聚酯纤维（PET）是一种热塑性聚酯树脂。PET由聚合的单体邻苯二甲酸乙烯酯组成，重复C_{10}H_{8}O_4单位。由于其结构的规整性，PET在高于其转变温度的温度下结晶。苯环的存在使得聚合物具有更刚性的链结构，因此其玻璃转变温度（80°C）和结晶熔点（254°C）都比同类型的聚酯更高。聚酯纤维具有固有的低化学耐碱性，但对紫外线具有良好的耐受性。

PET经常用于制造各种产品，如水、可口可乐、啤酒等的塑料瓶。随着对环境友好解决方案的需求增加，许多人都开始研究PET瓶子的循环利用。回收PET瓶子并将其重新用于制造新的注射模制产品并不容易，尤其是当其用于制造用于饮用水的瓶子时。原因在于，为了卫生原因，PET回收材料需要有很高的纯度。考虑到这一点，PET的使用成本是一个重要的因素，并在战略规划中影响其是否应该被回收。PET纤维在混凝土行业的潜在应用是已知的（Briggs, 2002），并且已经进行了许多研究。在混凝土领域，PET纤维已经成功用于建筑物的外部材料，如甲板或海滨步道等。因此，PET纤维在混凝土行业中是一个考虑的候选材料。
used successfully in the fibre cement industry for more than 30 years. Recently however there is a lot of interest in the use of PP fibres for fibre cement products.

The use of PET fibres in the concrete industry has been researched at Stellenbosch University in South Africa through reports ISI 200-01 – Phase 1 and ISI 2007 -02 – Phase 2. These papers consider the use of PET fibres as secondary concrete reinforcement. Further, the use of PET fibres in the concrete industry has also been certified by Agrément South Africa (Certificate No. 2009/365) for the purposes of reducing the probability of plastic shrinkage “cracking”.

As mentioned before the resistance to alkalis is an important consideration for the use of PET fibres in fibre cement products. This is due to the fact that the production water used on the Hatschek process in the fibre cement industry is highly alkaline (PH 12-13) and also during the curing of the product, the interfacial region (i.e. at the bond between the fibre and the cement) is highly alkaline. The question is however, what is the expected alkaline attack on the PET fibre surface during manufacture and curing. Once the product is exposed to the environment, the interfacial region becomes less alkaline due to carbonation and therefore the issue of alkaline attack on the PET fibre surface is reduced. A similar analogy is also used for PVA fibres as it is also known that standard PVA fibres exposed to highly alkaline cement slurry will also deteriorate with extended exposure. It has been proved however, (Akers et al, 1989, De Lhoneux et al, 2002) that PVA fibres, even if they are not 100 % alkaline resistant, have been used successfully over the last 30 years in fibre cement products worldwide.

The purpose of this paper is to present results obtained from a feasibility study conducted at Everite Building Products (Pty) Ltd., Kliprivier, South Africa aimed at investigating the potential use of PET in fibre cement products using pilot scale investigations and to test their resistance to the alkaline environment of fibre cement products.

**EXPERIMENTAL PROCEDURE**

Two methods of production were used i.e.:

Filter press samples made to provide input to dispersion properties of PET fibres in fibre cement slurry and at the same time provide input to a pilot scale Hatschek trial and Pilot scale Hatschek trial to assess process parameters and flexural properties before and after ageing.

**Stage 1 Filter Press**

Samples were manufactured using a simple filter press method. This comprised of mixing refined cellulose fibres with synthetic fibres in a high shear mixer and then adding the powders. The consistency was 20 %. The mix was poured into a filter mould and the excess water was filtered off using a vacuum pump.

The mini slabs were then placed on form plates and wrapped with plastic for three days. After three days the form plates were removed and the samples wrapped in plastic for the full curing duration. Samples were tested at 7, 14 and 28 days for physical properties.

Three mixes were used for the filter press tests, see table 1 below.

**Table 1 – Mixes used for filter press specimens**

<table>
<thead>
<tr>
<th></th>
<th>Mix 1 %</th>
<th>Mix 2 %</th>
<th>Mix 3 %</th>
</tr>
</thead>
<tbody>
<tr>
<td>Cellulose (refined)</td>
<td>4</td>
<td>4</td>
<td>4</td>
</tr>
<tr>
<td>PVA</td>
<td>1.5</td>
<td>0.75</td>
<td>-</td>
</tr>
<tr>
<td>PET</td>
<td>-</td>
<td>0.75</td>
<td>1.5</td>
</tr>
<tr>
<td>CaCO₃</td>
<td>10</td>
<td>10</td>
<td>10</td>
</tr>
<tr>
<td>Micro Silica</td>
<td>4</td>
<td>4</td>
<td>4</td>
</tr>
<tr>
<td>Cement</td>
<td>80.5</td>
<td>80.5</td>
<td>80.5</td>
</tr>
</tbody>
</table>

A standard flexural test was used to determine the modulus of rupture (MOR)
Stage 2 Pilot scale Hatschek trials

For the purpose of this trial, similar mixes were used to those used for stage 1 and these were run on a pilot Hatschek machine using mixing procedures and process conditions and parameters used on a large production machine.

The pilot Hatschek machine was used to assess the suitability of the fibre type using Hatschek technology. The pilot Hatschek machine is in principle a simplified version of the full scale production machine and can be realistically used to test processability of fibre. Flat sheets (6 mm thick) were manufactured and cut to sample sizes of 250 mm x 250 mm. The mix variations were designed to estimate the reinforcing and durability of the products. In particular the alkaline stability of the PET fibres was assessed using accelerated ageing tests.

Table 2 – Mix Formulations

<table>
<thead>
<tr>
<th>Fibre Type</th>
<th>Mix 1 %</th>
<th>Mix 2 %</th>
<th>Mix 3 %</th>
</tr>
</thead>
<tbody>
<tr>
<td>PET Fibre</td>
<td>2</td>
<td>1</td>
<td>-</td>
</tr>
<tr>
<td>PVA Fibre</td>
<td>-</td>
<td>1</td>
<td>2</td>
</tr>
<tr>
<td>Cellulose</td>
<td>3.5</td>
<td>3.5</td>
<td>3.5</td>
</tr>
<tr>
<td>CaC0₃</td>
<td>20</td>
<td>20</td>
<td>20</td>
</tr>
<tr>
<td>Cement</td>
<td>74.5</td>
<td>74.5</td>
<td>74.5</td>
</tr>
</tbody>
</table>

Accelerated Ageing Test

The test is designed to simulate the realistic exposure of fibre cement to natural weathering. It consists of a 24 hour cycle of wetting / drying and exposure to a CO₂ environment. Essentially the product exposed to this test will increase in flexural strength as the cement matrix hardens. If the flexural strength drops using this test, the product durability is then suspect. One month of exposure to this test is regarded as ten years exposure to natural weathering. Flexural tests before and after accelerated ageing tests were conducted.

Cycle
- 9 hour soak under water (20° C)
- 1 hour dry in ventilated oven (60° C)
- Switch off oven
- 5 hour CO₂
- 8 hour dry in ventilated oven (60° C)
- 1 hour cool down to (20° C)
- 24 hour total = 1 cycle

Reinforcing Fibres

The fibres used in this study are listed in table 3 and compared with PVA fibres.

Table 3 – Fibre properties of PET and PVA used for this study

<table>
<thead>
<tr>
<th></th>
<th>PET</th>
<th>PVA</th>
</tr>
</thead>
<tbody>
<tr>
<td>Tenacity</td>
<td>4.5</td>
<td>13</td>
</tr>
<tr>
<td>Elongation</td>
<td>40</td>
<td>7</td>
</tr>
</tbody>
</table>
MANUFACTURE OF PET FIBRES (see Figures 1, 2, 3)

PET fibres are produced from recycled waste material using standard fibre extrusion technology. Once collected bottles and other PET packaging are cleaned and flaked, they are re-melted and turned into solid PET pellets. These pellets are subsequently held in silos in order to allow pre-extrusion mixing of various polymers (pellets) viscosities, colours, qualities and shapes, ultimately ascertaining homogeneous raw material with certain required properties necessary for extrusion.

“Regain” moisture is then almost completely removed from the polymer/pellets during drying stage and they are extruded (molten) as well as air-dried (cooled) as solid or hollow endless filaments of predetermined thicknesses (Decitex/Denier).

Thousands of filaments are then moved to the drawing process where they are fed in parallel to a series of heated rolls (Septets) where they are stretched 3-4 times their original size to pre-determined tensile and other properties which are imparted by drawing filaments more or less during their glass transition state.

Once these properties have been achieved, the filaments are either, crimped into a zigzag or spiral shape for use in textiles or left un-crimped in a straight shape for use in concrete and cementitious applications. After the mentioned properties have been subsequently set (cured) with further heating, the filaments are cut into pre-established lengths as required by customers and packaged in bales of approximately 350 kg to allow easier and affordable transporting to the various customers.

Figure 1:
RESULTS AND DISCUSSIONS

Filter press trials (stage 1)

The flexural strengths measured after 7, 14 and 28 days are given in Fig. 4 below

Fig. 4 Modulus of rupture with time

Test results shown in Fig. 4 were found to be rather surprising. In particular the fact that the tenacity for the PET fibre (4.5 cN/dtex) is very much lower than the PVA fibre (13 cN/dtex) did not reflect a very large difference in flexural strength (MOR) between PET and PVA fibre cement products on the filter press method.

It should be pointed out however, that the levels of flexural strength values are rather low (5 MPa to 7 MPa). This is not normal for fibre cement products produced using this mix formulation. Therefore the flexural strength should be treated with caution and only a relative comparison between PET and PVA should be made for this purpose. Trends measured from 7 days to 28 days showed an increase in strength in general for all three products. This can be considered as relevant and the fact that no drop in flexural strength with time for PET products was found indicated that PET fibres were equally alkaline resistant to PVA using the same mix formulation and manufacturing conditions. The fact that this result in itself showed positive initial ageing properties for PET and PVA fibres, the idea to pursue the concept using PET fibres was found to be realistic.

Pilot Hatschek trials (stage 2)

For this investigation machine running conditions were monitored carefully and simulated the large scale Hatschek machine. Also as an additional evaluation, accelerated ageing tests were conducted after 28 days in order to test the potential alkaline attack on PET fibres. As a fair comparison PVA was used as a benchmark.

The flexural strength test results obtained from the products produced on the pilot Hatschek machine are given in table 4 below. These values are average values obtained from “width” and “across” directions in which the samples were tested. Products produced on a Hatschek machine have a preferred fibre alignment due to the running and process conditions of the Hatschek machine. It is standard practice to test samples in both orientations (width and across) and take the average value for general assessment purposes.

Table 4 - Flexural test values measured for products before and after accelerated ageing

<table>
<thead>
<tr>
<th></th>
<th>14 days</th>
<th>28 days</th>
<th>Accelerated Ageing</th>
</tr>
</thead>
<tbody>
<tr>
<td>Flexural strength MPa</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>PVA</td>
<td>17.8</td>
<td>18.3</td>
<td>17.6</td>
</tr>
<tr>
<td>PVA/PET</td>
<td>15.7</td>
<td>14.8</td>
<td>12.3</td>
</tr>
<tr>
<td>PET</td>
<td>11.0</td>
<td>10.1</td>
<td>9.9</td>
</tr>
<tr>
<td>Fracture Energy kJ/mm²</td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>PVA</td>
<td>6.6</td>
<td>6.2</td>
<td>2.3</td>
</tr>
<tr>
<td>PVA/PET</td>
<td>3.9</td>
<td>3.4</td>
<td>0.6</td>
</tr>
<tr>
<td>PET</td>
<td>1.4</td>
<td>0.4</td>
<td>0.1</td>
</tr>
</tbody>
</table>
The results given in Table 4 would suggest that where comparing PVA with PET, the strength values for PET products are clearly lower than for PVA products and that the 50:50 mix of PVA/PET values lie between those of PVA products and PET products.

This is logical and to be expected considering the fibre tensile strength properties.

There appears to be a marginal increase in strength for PVA products from 14 days to 28 days and after this a slight drop in strength after accelerated ageing. For PET products and PVA/PET there is a trend for a reduction in strength from 14 days to 28 days and after accelerated ageing.

With regard to fracture energy (measure of the area under the stress/deflection curve); there is a predicted embrittlement of the product with age. This is well known for fibre cement products due to the increase in the interfacial (fibre/cement) bond and carbonation of the matrix. In order to understand this mechanism more closely, stress reflection curves are presented in figures 5 and 6.

For the purpose of interpretation the linear part of the stress / deflection curve is “pseudo elastic” behaviour of the material. When the stress deflection deviates from linearity, the first major crack is initiated in the product and at this point the fibre pull out / fracture occurs. After this the final stress to failure of the product is mainly a function of the fibre properties and the interfacial bond. The stress / deflection curves in figures 5 and 6 represent the preferred fibre orientation or machine direction (W/G). This is presented in order to emphasise the influence the fibre properties for interpretation purposes.

It can be seen from the curves given that a reduction in deflection to failure is clearly related to:

- a) The age of the product
- b) The type of fibre used

This may be interpreted as follows:

The bond between the PVA fibre and the matrix improves with age and secondly the bond between the PET fibre and the matrix is better than that of the PVA fibre. With age the PET fibre / matrix bond improves to such an extent that the product becomes very brittle with age and vertically no fibre pull-out is present with aged PET fibre cement products. The mix of PVA and PET fibres confirm this conclusion. It should be noted that there is a large scatter in the test results with aged PET fibre products. This could be related to bad PET fibre distribution during production. This was evident during production where fibre bundles were found to stick to each other without being dispersed. Therefore this trial will be repeated in order to confirm these preliminary results.

**Figure 5: Stress / Deflection curves at 28 days**

![Stress / Deflection curves at 28 days](image)
Figure 6: Stress / Deflection curves after accelerated ageing
PRELIMINARY CONCLUSIONS AND FUTURE INVESTIGATIONS

- PET fibres show a good potential to be used in fibre cement products.
- The drop off in flexural strength with age in PET fibre cement products together with the associated embrittlement suggest that PET fibres are not equivalent to PVA fibres and therefore cannot be used as a direct replacement for PVA fibres.
- Hybrid mixes of PVA and PET fibres show potential and should be pursued further.
- The bad dispersion properties of PET fibres should be improved this can be done by adjusting the cutting blades during fibre production as the fibre bundles were fused at the ends for some of the fibres.
- Combination of PP and PET fibres should be investigated.
- Although there appears to be a drop off in strength with PET fibres with age, it should be noted that the residual strength remaining of the fibre after ageing, motivates further investigation, particularly from a cost / quality aspect.

ACKNOWLEDGEMENTS

The authors would like to give a special word of thanks to the management of Everite Building Products (Pty.) Ltd., South Africa and Extrupet S.A. (Pty) Ltd., South Africa for their contribution to this paper. The PET
fibres were manufacture by Extrupet S.A. (Pty.) Ltd. and the pilot scale production trials were performed by Everite Building Products (Pty.) Ltd.

REFERENCES


Martinola, G., Bäuml, M. F., (October 2002), “Optimizing ECC in order to prevent shrinkage cracking”. Proceedings of the JCI Int. Workshop on Ductile Fiber Reinforced Cementitious Composites (DFRCC) 143